Anomalous magnetic ordering in PrBa$_2$Cu$_4$O$_8$ and CmBa$_2$Cu$_3$O$_7$

H. A. Blackstead

M. P. Smylie

William B. Yelon

Missouri University of Science and Technology, yelonw@mst.edu

Qingsheng Cai

Mehmet Kahveci

Follow this and additional works at: http://scholarsmine.mst.edu/faculty_work

Part of the Materials Science and Engineering Commons

Recommended Citation


This Article is brought to you for free and open access by Scholars' Mine. It has been accepted for inclusion in Faculty Research & Creative Works by an authorized administrator of Scholars' Mine. For more information, please contact weaverjr@mst.edu.
Anomalous magnetic ordering in PrBa$_2$Cu$_4$O$_8$ and CmBa$_2$Cu$_3$O$_7$

H. A. Blackstead and M. P. Smylie  
Department of Physics, University of Notre Dame, Notre Dame, Indiana 46556, USA

W. B. Yelon  
Materials Research Center and Department of Chemistry, University of Missouri-Rolla, Rolla, Missouri 6540, USA

Q. Cai and M. Kahveci  
Department of Physics, University of Notre Dame, Notre Dame, Indiana 46556, USA

(Received 25 April 2007; revised manuscript received 16 June 2007; published 29 January 2008)

A review of temperature-dependent magnetization data for nonsuperconducting PrBa$_2$Cu$_4$O$_8$ and CmBa$_2$Cu$_3$O$_7$ suggests that the failure of each to superconduct is related to the presence of Pr and Cm on their respective Ba sites. This defect is manifested, in each case, by short c-axis lattice parameters and anomalous high-temperature magnetic ordering which has been incorrectly attributed to ordering of the entire magnetic sublattice. Instead, it is shown that the anomalous high-temperature ordering as seen in the magnetization data is consistent with the ordering of magnetic ions substituted on the Ba site.

DOI: 10.1103/PhysRevB.77.014436  PACS number(s): 74.25.Ha, 74.72.Jt

INTRODUCTION

The anomalous nonsuperconducting behavior of PrBa$_2$Cu$_4$O$_8$ (Pr124) (see Fig. 1) has been frequently attributed to the hybridization of spatially extensive Pr wave functions with neighboring cuprate plane oxygen or, in other views, to the presence of Pr$^{4+}$ providing for hole filling. These views were also applied to the apparent lack of superconductivity in Pr123, which as predicted could be overcome by proper synthesis to minimize the substitution of Pr on the Ba site ($\Pr_{Ba}$). The authors of Ref. 2 advanced the proposal that pair breaking by $\Pr_{Ba}$ is responsible for the typical lack of superconductivity in Pr123. Their model is the only one which successfully explains both the frequent lack of superconductivity in Pr123 and its appearance. The size of the c-axis lattice parameter for both nonsuperconducting Pr123 and Pr124 is anomalously short and dependent upon specific preparation conditions. This is a direct indication of the substitution of a variable content of a smaller Pr ion for larger Ba. In addition, BaCuO$_2$ is detected by electron spin resonance, formation of this impurity phase results from the substitution of Pr for Ba. Similar results were obtained for nonsuperconducting Pr123. Adachi et al. argue, on the basis of lattice parameter size, that Pr$^{4+}$ can be excluded from consideration in Pr124. However, a Pr moment, reduced in size from the expected free-ion value, has motivated arguments for some content of lower-moment Pr$^{4+}$. Staub et al. show that in Pb$_2$Sr$_2$PrCu$_3$O$_8$, crystal field effects, acting on Pr$^{3+}$, can reduce the effective moment from the free-ion value to $\sim 2.72\mu_B$, without consideration of lower-moment Pr$^{4+}$. In addition, the pressure dependence of the superconducting transition temperature demonstrates that the hybridization model certainly does not apply to Pr123. Since the environment of Pr in Pr124 is essentially identical to that of Pr in Pr123 (as well as in Pb$_2$Sr$_2$PrCu$_3$O$_8$), it seems unreasonable to suppose that either hybridization or hole-filling models could successfully apply to Pr124. While neutron diffraction would typically identify the presence of out-of-place ions (substitutional defects), the scattering lengths of Ba and Pr are nearly identical, and this method fails to identify the substitution of Pr for Ba. On the other hand, polarized neutron diffraction identified the presence of magnetic ions on the Ba site, uniquely identifying the defect $\Pr_{Ba}$ in nonsuperconducting Pr123. From the magnetization density plot of Changkang et al., we estimate that their crystal contained $\sim 20\% \Pr_{Ba}$. In nonsuperconducting Pr123, antiferromagnetic order is detected at $\sim 17$ K, while typically in L123 ($L=$lanthanide, Y), the magnetic $L$ order near 2 K. We know of no evidence for anomalous magnetic ordering in superconducting Pr123. Nearly the same high-temperature ordering was found in Pr124 as in nonsuperconducting Pr123. While a variety of proposals

FIG. 1. (Color online) Structure of ideal Pr124. There is a "glide" of $b/2$ in the connecting double-chain layers.
have been advanced to explain the apparent lack of superconductivity in Pr124, none of these has addressed the anomalous temperature-dependent magnetization. The 17-K transition is manifested by a small peak or shoulder in an otherwise paramagnetic response. Below $T_N$, the susceptibility rises at nearly the same rate as immediately above $T_N$, indicating that only a small fraction of the total magnetic moments are ordered at $T_N$. This rather obvious feature is readily accessible to any laboratory with superconducting quantum interference device (SQUID) capability and has been reported in several papers. However, its implications have been largely ignored in the literature.

CmBa$_2$Cu$_4$O$_8$ (Cm123) has been synthesized and, like typical Pr123, also fails to superconduct, while exhibiting the same anomalous temperature-dependent magnetic response. Due to the radioactivity of the actinide Cm, Cm123 is less well studied than its L homologue Gd123. Cm and Gd have similar magnetic properties: both are S-state ions with $J=7/2$. Cm has a larger ionic radius; as a result, it may tend to substitute more readily for Ba (CmBa). The c axis of Cm123 is shorter than would be anticipated for stoichiometric-site occupancy. This suggests that the reported Cm123 has the same type of defect as does nonsuperconducting Pr123. In addition, the material is found to exhibit antiferromagnetic ordering at $\sim 22$ K. Solderholm et al. argued that the 5f wave functions of Cm are spatially more extensive than the corresponding 4f wave functions of Pr, and as a consequence, hybridization with cuprate-plane oxygen would be more pronounced.

While this sample exhibited no sign of superconductivity, it remains to be determined if defect-free Cm123 could superconduct. We suggest that if defect-free Pb$_2$Sr$_2$Cm$_{0.5}$Cu$_3$O$_8$ can be synthesized, it would be likely to superconduct, just as the Pr homologue does. Such a synthesis would provide a penetrating test of the hybridization model. In this case, the structure does not appear to provide a site for an additional oxygen adjacent to the Sr site, necessary to lower the potential on the Sr site sufficiently to ionize Pr$_5$ or Cm$_5$ to the 3+ state, preventing the formation of the critical defect.

### Magnetization Studies

The susceptibility data of Li et al. on a well-characterized sample of Pr124 are presented in Fig. 2, along with susceptibilities computed using the Weiss model for the paramagnetic susceptibility:

$$\chi = \frac{c}{T + \Theta_W}.$$  

Here $\Theta_W$ is the (positive) Weiss parameter which measures the strength of the effective exchange, $T$ is the temperature, and the constant $c$ absorbs several parameters. The model was fit to the low- and high-temperature asymptotes, determining $c$ and $\Theta_W$ for Pr$_{Pr}$ and Pr$_{Ba}$, and the difference was determined by subtraction of the contribution of the Pr on the Pr site from the total. While there is a clear indication of antiferromagnetic ordering at $T_N \sim 17$ K, it is evident that only a few percent of the sample’s Pr ions participate in the ordering. This was directly confirmed by neutron diffraction which found only a fraction of the moment determined from the paramagnetic susceptibility [2.74(5)$\mu_B$, which is indistinguishable from the value reported by Staub et al. below the Cu ordering temperature. Since for an antiferromagnet the perpendicular susceptibility is temperature independent and the parallel susceptibility falls rapidly with decreasing temperature and is expected to vanish at $T=0$, the polycrystalline average susceptibility cannot continue to increase for $T < T_N$, as is seen in Fig. 2, if the system is fully ordered. This means that there are at least two magnetic sublattices whose constituents have large moments. The value of the moment determined from neutron diffraction and the fit of the magnetization data imply that approximately 15% of the Pr order at 17 K. Li et al. reported another magnetic transition at a temperature typical of magnetic L123, near 1.5 K. It seems likely that this second ordering is the Pr on the Pr site and the high-temperature ordering is that of the Pr$_{Ba}$.

Magnetization data as a function of temperature for Cm123 are given in Fig. 3, along with Weiss model calculations carried out as above. While this sample is less well characterized, it also had an unexpectedly short c-axis parameter and the magnetization continues to rise below the nominal 22 K=$T_N$ temperature. Again, the graphical constructions indicate that approximately 15% of the Cm order at $T_N$. The data deviate systematically from the fitted curve for temperatures above and below $\sim 150$ K; this may indicate the antiferromagnetic ordering of the Cu sublattice. The sample reported was too small to have permitted neutron diffraction studies.

### Neutron Diffraction

Li et al. have reported neutron diffraction results on the Pr124 system. The data suggest that (1/2,1/2,1) peaks ap-
Although it is likely that pairs of BaO planes in each pattern may be expected for two-dimensional ordering, the moment extracted by Li et al. is, however, likely to be similar for the 3D model employed and for the 2D model, since it is proportional to the total scattering in the angular range considered. The assumption of a $3\mu B$ Pr moment for Pr$_{Ba}$ leads to roughly $12\%$ Pr on the Ba sites, in agreement with the estimates from the susceptibility data. However, single-crystal neutron data would be very useful for testing this model against other alternatives of Pr$_{Ba}$ and Pr-site ordering. If these studies were to include polarized neutron measurements for temperatures above the anomalous ordering temperature, the presence of Pr$_{Ba}$ could be definitively established. Conventional neutron scattering, continued to $\sim 1$ K, should easily confirm the expected ordering of the Pr$_{Pr}$. Thus, continued studies could eliminate the remaining uncertainties.

**Pr$_{Ba}$ Magnetic Order**

Ordering of randomly substituted Pr$_{Ba}$ in an insulating host for which indirect exchange by carriers is probably unavailable presents a challenge to understanding. Superexchange appears to be the only available exchange coupling. Since the superexchange paths coupling randomly substituted Pr$_{Ba}$ will be of variable length, it seems surprising that order occurs. However, there is a constant feature providing a uniform exchange coupling for all Pr$_{Ba}$: the cuprate (CuO$_2$) planes order at a temperature much higher than that of the Pr and provide eight superexchange coupling paths from the ordered Cu through the O(2), O(3), and O(1) oxygen sites. The shortest superexchange paths are: Cu(2)-O(2)-Pr$_{Ba}$, Cu(2)-O(3)-Pr$_{Ba}$, and Cu(2)-O(1)-Pr$_{Ba}$. Since the Pr$_{Ba}$ are located either above or below the center of the CuO$_2$ planes, if the Cu are ordered with a simple antiferromagnetic structure in the $a$-$b$ plane, these eight coupling channels would exactly cancel. Li et al. did not claim detection of simple antiferromagnetic CuO$_2$ plane ordering at high temperatures, although these authors found evidence for such peaks below the threshold of detectability; the signal/noise ratio was insufficient to conclude that such reflections were detected. Simple antiferromagnetic ordering would have been exhibited by the presence of magnetic reflections for which the $(1/2, 1/2, 1/2)$ and $(1/2, 1/2, 3/2)$ are the lowest order and highest intensity. Nevertheless, the existence of Cu antiferromagnetic order is not in dispute. A possible explanation for the absence of expected antiferromagnetic peaks is an alternative structure in which the CuO$_2$ planes are ordered in ferromagnetic layers which are stacked antiferromagnetically. The magnetic reflections will be coincident with the nuclear reflections and very difficult to observe with a small Cu moment. This is the only configuration we have not detected any such resonance in materials with simple antiferromagnetic order, such as in nonsuperconducting...
ing Pr123. This suggests to us that the CuO$_2$ order in PrBa$_2$Cu$_4$O$_8$ is similar to that in the above-named materials. Fujiyama et al.,$^{26}$ using NMR, concluded that the ordered Cu magnetic moments of Pr124 lie within a few degrees of the cuprate planes, but whether or not the moments are ordered as in the two materials named above is unknown. On the other hand, simple planar antiferromagnetic Cu order should have been easily seen by Li et al. Thus, the most probable Cu spin configuration is ferromagnetic cuprate planes stacked antiferromagnetically; this structure provides for net magnetic coupling between Pr$_{Ba}$ moments and the cuprate planes, and is the likely root of the Pr$_{Ba}$ magnetic order. The antiferromagnetic order of the Pr moments apparently arises from Pr$_{Ba}$-Pr$_{Ba}$ coupling, perhaps moderated (superexchange) by the ordered CuO$_2$ planes. It is to be noted that at −15% occupancy, the average Pr$_{Ba}$-Pr$_{Ba}$ first-neighbor distance is small as compared to the axial Pr$_{Pr}$-Pr$_{Pr}$ distance.

**DISCUSSION**

The previously published data for Pr124 and Cm123 demonstrate that in each there are at least two magnetic sublattices consisting of large moment ions, one of which orders at a temperature well above the nominal ordering temperature of its homologues. Li et al. also discuss specific heat and resistivity measurement evidence for a magnetic transition occurring at a temperature near 2 K in Pr124. These authors conclude that any such transition is not associated with the Pr spin system. Of course, the L sublattices in the magnetic L 123 are well known to order near 2 K. In either Pr124 or Cm123, the material fails to exhibit superconductivity and the ordered sublattice consists of a fraction of paramagnetic moment determined at high temperature. Since the Pr and Cm materials show similar behaviors, it is possible to exclude crystal field effects as an origin of the small ordered moment in Pr124. This is a consequence of the 5-state character of the Cm ion, in which crystal field effects are not expected. In contradiction to the conclusion of Li et al., regarding the 2-K transition, we suggest that the anomalous high-temperature magnetic ordering is associated with Pr (at −17 K) or (cm at −22 K) residing on the Ba site, as substitutional defects. Pair breaking by magnetic ions substituting on the Ba site has been proposed as the mechanism by which the superconductivity is suppressed.$^2$ In this sense, magnetic ions on the Ba site have served as probes of the superconducting condensate, while the same ions on the L site have no known impact on the transition temperatures of the L 123 materials. It is also well known that substitution of nonmagnetic La$^{3+}$ on the Ba site of La123 slowly depresses the superconducting transition temperature of that material,$^{27-31}$ while substitution of Nd$^{3+}$ on the Ba site of Nd123 has a dramatic effect.$^{32,33}$ What is new here is that the magnetic ions substituted on the Ba site also serve as a probe of the magnetic exchange on the Ba site. It is perhaps surprising that relatively dilute concentrations of magnetic ions on the Ba site exhibit magnetic order. However, the estimated Pr$_{Ba}$ concentration is not far below the 3D percolation limit. Thus, the addition of second- and higher near-neighbor interactions may be sufficient to provide coupling sufficient to drive long-range order. It should be noted that there are two spacings between the BaO planes, approximately 4 Å and 8 Å, both of which are shorter than the distance between Pr planes. The magnetization anomalies of Pr124 and Cm123 have been widely ignored, but point to a common origin for the lack of superconductivity in these compounds. Thus, the model considering pair breaking by alkaline-earth-site magnetic ions now also accounts for the anomalous magnetic order, the shortened c-axis length, and the (complete) depression of the superconducting transition temperature. What remains to be explained is the resultant lack of conductivity which may be due to charge localization.$^{11}$ As is frequently the case, more can be learned from irregular behavior than from regular behavior.

---


The nature of the low-temperature transition is ambiguous. While the authors of Ref. 18 do ascribe the evidence for a low-temperature ordering to a ferromagnetic effect, the temperature-dependent data they show are clearly peaked, an indication of antiferromagnetism, not ferromagnetism. Ferromagnetic transitions are characterized by a rising or constant susceptibility, at high field, below $T_c$. Application of a field has raised this ordering temperature; they extrapolate it to an ordering temperature of $\sim 1.5$ K in zero applied field where they expect a sharper peak.

There is conductivity in the double-chain layer.


